Quasi steady state of nucleate boiling heat transfer in low concentration of single and hybrid Al₂O₃-SiO₂ water-based nanofluids

M A H Aizzat¹, M Z Sulaiman¹* and T Okawa²

¹Faculty of Mechanical Engineering, Universiti Malaysia Pahang, 26600 Pekan, Pahang, Malaysia
²Department of Mechanical and Intelligent Systems, The University of Electro-communications, 1-5-1, Chofugaoka, Chofu-shi, Tokyo 182-8585, Japan

*Corresponding author: zuhairi@ump.edu.my

Abstract. Experiment were carried out to clarify the steady state condition of heat transfer coefficient (HTC) for single and hybrid Al₂O₃-SiO₂ water-based nanofluids in low concentration of nucleate pool boiling. Al₂O₃ and SiO₂ were chosen and ultra-sonification for 1 hour after being diluted in distilled water. The total of 0.001 vol.% concentration was divided into composition ratio of 0:100, 25:72, 50:50, 75:25, 100:0 for hybrid nanofluids. Successively, all the HTC values were collected through experimental works. In the present work, it was found that the steady state for single and hybrid nanofluids were achieved except for single SiO₂ nanofluid where even after 5 hours, the value of its $\Delta T_W$ keep on decreasing. The nanoparticles deposited on the surface heater were suspected as the main factor for the current experimental results.

Keywords. Nucleate pool boiling; Nanofluids; Hybrid nanofluids; Mixing ratio; Steady state condition; Surface heater condition.

1. Introduction

Nanofluids is the familiar parameter for the enhancement of heat/cooling transfer ability in current era involving big heavy industries such as boiler, chiller, cooler and many more. Effected from this, various of study were conducted to accurately identify the types of nanofluids and their ability to transfer heat [1]–[4]. Heat Transfer Coefficient (HTC) and Critical Heat Flux (CHF) are the two main important parameters on controlling the heat transfer in the system.

As reported by Zuhairi M. Sulaiman [5] in nucleate pool boiling study, the HTC was enhanced for Al₂O₃ but deteriorated for SiO₂ respect to 1 hour time. In connection with that, the study of HTC for single and hybrid Al₂O₃ and SiO₂ water based was done by M A H Aizzat [6] identified that in 1 hour time, the HTC for hybrid nanofluid Al₂O₃ and SiO₂ water-based was enhanced for first 30 minutes and then deteriorated slowly respect to time depends on the volume ratio of nanoparticles. For higher volume of Al₂O₃ nanoparticle, the value of $\Delta T_W$ is lower than reference line ($\Delta T_W$ distilled water) while for higher volume of SiO₂ nanoparticle, the value of $\Delta T_W$ is located on top of reference line.
Study by Yagnem et al. [7], the enhancement of hybrid Al₂O₃/CuO nanofluids was 7.1% in 1 hour time and identified the main factor was nanoparticle deposition on the heater surface[8]–[10].

As previously reported by several researcher on HTC deterioration and enhancement of nanofluids, there are no further explanation on the ability of nanofluid to maintain the value of HTC respect to time in order to achieve the steady state condition. In conjunction of this, the present work will be focus on the steady state of ΔT_w for single and hybrid nanofluids.

In this study, an experimental investigation was performed in nucleate pool boiling of water-based single and hybrid nanofluids. Thus, the paper aim to identify the steady state of single and hybrid nanofluids in nucleate pool boiling study respect to time and seeking for mechanism that responsible on the steady state factor of the nucleate pool boiling experiment.

2. Experimental methods

2.1. Preparation of nanofluids

For this study, Aeroxide Alu C (Al₂O₃ (Alumina)) and Aerosil 90 (SiO₂ (Silica)) were selected. These two nanoparticles were white in colour, sized range between 10 nm - 20 nm and fully mass-produced by Aerosil Corporation. For the first step, these nanoparticles were diluted into distilled water as described in table 1 for single nanofluids and table 2 for hybrid nanofluids with various of volume ratio. Next, weight scale (Sartorius Practum213-1S) were used to weight the mass volume of nanoparticles and mixed directly with 75 ml of distilled water in a 100ml test tube. Vigorously shook the test tube to make sure the nanoparticles dispersed in the distilled water. Then, the test tube was put into the ultrasonic bath (CPX2800H, Branson) and perform 1 hour of ultrasonic excitation to get stable dispersion of nanoparticles [11].

| Nanoparticle | Volume % | Type |
|--------------|----------|------|
| Al₂O₃        | 0.00025 vol.% | A25  |
| Al₂O₃        | 0.0005 vol.%  | A50  |
| Al₂O₃        | 0.00075 vol.% | A75  |
| Al₂O₃        | 0.001 vol.%   | A100 |
| SiO₂         | 0.00025 vol.% | S25  |
| SiO₂         | 0.0005 vol.%  | S50  |
| SiO₂         | 0.00075 vol.% | S75  |
| SiO₂         | 0.001 vol.%   | S100 |

| Nanoparticle | Volume % | Type |
|--------------|----------|------|
| Al₂O₃ + SiO₂ | 0.001 vol.%: 0 vol.% | 100S0 |
| Al₂O₃ + SiO₂ | 0.00075 vol.%: 0.00025 vol.% | A75S25 |
| Al₂O₃ + SiO₂ | 0.0005 vol.%: 0.0005 vol.% | A50S50 |
| Al₂O₃ + SiO₂ | 0.00025 vol.%: 0.00075 vol.% | A25S75 |
| Al₂O₃ + SiO₂ | 0 vol.%: 0.001 vol.% | A0S75 |
2.2. Experimental apparatus
In the present work, an experimental setup was fabricated, followed the requirement to succeed the nucleate pool boiling experiments. The setup consisted of stainless-steel cylindrical vessel, clear polycarbonate plate, cartridge heater attached inside solid modified copper block, four thermocouples, immersion heater, modified PTFE block and ceramic fiber insulation blanket. All these apparatuses were shown in the schematic diagram in figure 1. The stainless-steel vessel with 3 mm thickness has outer diameter of 145 mm and height of 185 mm, act as the main body of the experimental setup. The ceramic fiber insulation blanket covered all the vessel body to reduce the heat loss to the ambient atmosphere. Below part of the vessel is where the heating component was mounted concentrically. The copper block was modified where one of its ends shaped cylindrically and has 20 mm diameter. This part of copper block will act as surface heater and has direct contact with the fluid in the main vessel body. It has 3 holes at the central axis line starting from heater surface to bottom. The main reason for the existing holes is to insert three type-K thermocouples to measure heat flux, $q_w$ and wall temperature, $\Delta T_W$ of distilled water inside the main vessel. Then, the copper block was inserted into modified PTFE block where it holds the copper block from dislocate from its original position while run the experiment. The PTFE blocks were mounted permanently to the bottom part of the main vessel. Using the uncertainty analysis method described by Cooke et al. [12], the measurement uncertainties of $q_w$ and $\Delta T_W$ were estimated within less than 84 kW/m$^2$ and 2.4 K, respectively. 1kW immersion heater was attached to the polycarbonate plate where the plate was located on top of the main vessel and act as the top cover of the experimental setup. The immersion heater was inserted into the main vessel and submerge below the distilled water surface. It was used to maintain the bulk temperature in the vessel at the saturation temperature. On top of the cover, the Reflux condenser was equipped on the top cover to make sure the vapour was released and at the same time the volume of distilled water inside the main vessel maintain its volume. The last type-K thermocouple was attached to the top cover and its pointy end was submerge into the distilled water. This thermocouple was set to measure the distilled water temperature in main vessel. On the other side of top cover, drilled a hole with 5 mm diameter where it will be the path for nanofluids injection using syringe. The hole was closed with rubber plug if there were no nanofluids injections.

![Figure 1. Schematic diagram of experimental setup.](image-url)
2.3. Experimental procedure
The experiment started with polishing the heater surface. Using metal polishing paste and Kim Wipes tissue, polished the heater surface and make sure that the surface was smooth and has no scratch on it. Then clean the surface using the acetone to remove the unnecessary excess which stick on the surface. Next, insert the copper heater into the PTFE jacket block and mount it at the bottom part of the main vessel. 4 cartridge heaters were insert inside the heater copper block and was regulated to supply a 600 kW/m² of heat flux. After that, poured 1425ml of degassing distilled water inside the main vessel and closed it using polycarbonate top cover. The immersion heater, which already submerged inside the distilled water supplied continuous heat to make sure that there was no heat loss and the temperature inside the main vessel maintain saturated. In the experimental stage, a temperature module datalogger from National Instrument and DASY Lab were used to measure the surface heater and fluids temperature. The collected data were used to calculate the value of wall superheat, $\Delta T_w$. Then, the scattering value of $\Delta T_w$ were observed in the experimental run was about less than 0.3 degrees C for the approximate duration of 10 minutes. The experiment was ready for next step after the copper heater achieved the steady state. For the experiment, the acceptable mean $\Delta T_w$ was in range of 14 ± 1 K and at this state, the nanofluid injection was conducted. This step was important in this experiment because it reduced the influence of the scattering of the initial wall superheat. In the same time, the test tube contain nanofluids were heated separately. This step was to make sure that the saturated temperature of the distilled water in the vessel did not affected by the temperature of nanofluids. Measured temperature of nanofluids using multi-meter (Fluke True-rms Clamp Meter 324) and wait until it reached 95 oC. Once reached, the nanofluids were injected into the main vessel through the small hole at the top cover. The experiment was run for 5 hours, and temperatures were recorded for every second and the time variation of wall superheat, was analysed.

3. Results and discussion
3.1. Steady state conditions for single nanofluid of 1 hour, 3 hours and 5 hours.
Figure 2 showed the time variation of wall super heat, $\Delta T_w$ for Al₂O₃/water and SiO₂/water. These two nanofluids were categorized in few levels of concentration between 0.000025 and 0.001 volume %. They were termed as A25, A50, A100, S25, S50 and S100 as coded by M A H Aizzat et al [6] in the previous study. The detail of the ratio can be referred in the previous section (see table 1). The time duration after the injection of nanofluids into the vessel were labelled as boiling time $t_b$ with 3 durations time of 1 hour, 3 hours and 5 hours present experimental setup. The first experiment was on the distilled water where same methods were used for nanofluids. After the steady state achieved, 75ml of distilled water from the heated test tube were injected into the main vessel. Resulted from this, the $\Delta T_w$ of distilled water were set as a reference line for next nanofluids experiments. Contradict to $\Delta T_w$ of distilled water, the $\Delta T_w$ for nanofluids experiments were drastically change after the presences of nanofluids as shown in figure 2.
Figure 2. Time variation of wall superheat after adding single nanofluids \((q_w = 600 \text{ kW/m}^2)\).

After the injection of Al\(_2\)O\(_3\)/water and SiO\(_2\)/water nanofluids into the main vessel, the results for time variation of wall superheat were plotted in figure 2(a). The time taken for the single experiments was 1 hour. As clearly to be seen, the \(\Delta T_w\) for Al\(_2\)O\(_3\)/water was instantaneously and sharply reduced after the nanofluids injections for all low-level concentration. A100, A75 and A50 showed the similar pattern where at the early stage, there were sharp reduction of \(\Delta T_w\) value. After 10 minutes of experiment, the trends slowly increased respect to time. As for A25 which the lowest concentration of Al\(_2\)O\(_3\)/water is, the \(\Delta T_w\) slowly reduced but still not as much as other higher concentrations. However, after 1 hour of experiment, the values for A100, A75, A50 and A25 increased nearly same to the reference line. Differently for SiO\(_2\)/water where after the nanofluids injection, the \(\Delta T_w\) increased as the concentration were increasing, located higher that the reference line as shown in the figure 2(a). Coded as S25, S50, S75 and S100, addition of SiO\(_2\)/water increased the value of \(\Delta T_w\) depends on the concentration. It has same patterns to all reaction for SiO\(_2\) nanofluids where if the concentration is increasing then the \(\Delta T_w\) also increasing. S100 which was the highest concentration for single SiO\(_2\) experiment, the value increased monastically after the injection of nanofluids and maintain in the range of +/-120 °C. After 30 minutes, it can be said it achieved the steady state condition where there were no changes of the value for \(\Delta T_w\). For S50 and S75, the plotted graph showed same as S100 where slowly increase respect to time and located higher than reference line. However, differently for S25 where after the injection of lowest concentration for SiO\(_2\) nanofluids, the values of \(\Delta T_w\) were lower
than reference line. However, it slowly increased respect to time. Nearly 1 hour of experiment, the line for S25 clearly approaching the reference line. The experiment was let to run until 3 hours and the results were plotted in the figure 2(b). After 3 hours of experimental works for single nanofluids, the value of $\Delta T_w$ for Al$_2$O$_3$/water keep on increasing and did not achieved steady state yet where all the lines slowly approaching the reference line. For the lines pattern, they still followed the same pattern from the previous 1-hour time. However, for A25, it already touched the reference line meaning the value of $\Delta T_w$ was same with the reference line hence there are no enhancement of HTC at that moment. For higher concentration than A25, the HTC was still happened during the experimental works. Differently for SiO$_2$/water cases where there were not so much changing for SiO$_2$/water. For 1-hour experimental work, the HTC since to have deterioration and the value for $\Delta T_w$ as much as +/-120°C. However, after 1.5 hours, the value for $\Delta T_w$ seems decrease for all the line plotted in figure 2(b). From 1.5 hours to 3 hours, the SiO$_2$/water did not achieve steady state condition yet where the value for $\Delta T_w$ have a little different from previous values. For S100, S75 and S50, the plotted lines in the graph had the same line patterns. Interestingly for S25, for the early experimental stage, the line located below the reference line and after 1.5 hours, it slowly increased respect to time. It achieved the steady state where the value for $\Delta T_w$ did not have a lot of changes during the 3 hours’ time experiment.

To understand more on the steady state of each single nanofluids, the experiments continued to run until 5 hours. After 5 hours of experiments as plotted in the figure 2(c), there were changes in the patterns for Al$_2$O$_3$/water where all the values for $\Delta T_w$ approached the reference line. For A25, the line was located on the reference line means the HTC at that time was neither increase nor decrease. For A50, A75 and A100, it still located below the reference line however there are not so much different in the term of value $\Delta T_w$. It can be said that the single nanofluids for Al$_2$O$_3$/water in this nucleate pool boiling experiments were achieved the steady state condition. For SiO$_2$/water experimental, after 4 hours, there were not so much different in value of $\Delta T_w$ and it maintained even until 5 hours of experiment. These trends were same for S25, S50, S75 and S100 therefore the steady state conditions were already achieved after 4 hours for SiO$_2$/water.

In the present study, it was obvious that the wall temperature, $\Delta T_w$ changed drastically after the present of Al$_2$O$_3$ and SiO$_2$ due to low concentration of nanofluids as supported by the previous study [13]–[20]. In that situation, the HTC was enhanced for Al$_2$O$_3$/water and deteriorated for SiO$_2$/water as shown in the figure 2, same as reported by M A H Aizzat et al [6]. It was proven that even a very low amount as much as 0.001 vol% of concentration, it did affect the HTC performance of the experiment. The experiments were proceeded until 5 hours to identify the steady state condition for the Al$_2$O$_3$ and SiO$_2$. The $\Delta T_w$ seems slowly changed respect to time for all ratios of nanofluids and after 3 hours, there were low changes of $\Delta T_w$ and the value remain maintained. It can be said all the nanofluids were achieved the steady state for low concentration of single nanofluids.

3.2. Steady state condition for 1 hour, 3 hours and 5 hours of hybrid nanofluid experiments.

Due to contradicting results in HTC and steady state condition for single nanofluids as discussed in section 3.1, current experimental work focus on the mixing two types of nanoparticles and named hybrid nanofluids. Using certain ratio of amount as stated in table 2, mixing of Al$_2$O$_3$ and SiO$_2$ were diluted into 75ml of distilled water inside the test tube and were ultrasonification for 1 hour. The methods were repeated same as the single nanofluids experiment because all the hybrid nanofluids used same experimental apparatus. For the hybrid nanofluids, it should be noted that the similar trends will be obtained in the previous study by MAH Aizzat et al [6].
Figure 3 shows the wall super heat $\Delta T_w$ for 100% ratio of single nanofluids Al$_2$O$_3$/water and SiO$_2$/water. Between these two data, there were plotted data for hybrid nanofluids which use the mixing ratio as shown in the table 2; A75S25, A50S50 and A25S75. It was proven by the graph plotted in the figure 3(a) where it has the increment pattern where it followed the reaction of the proven single nanofluid experiment from the previous section. If there were more amount of Al$_2$O$_3$, the starting of the experiment will decrease drastically and if there were more amount of SiO$_2$, the early $\Delta T_w$ increased so much. For A75S25, the reaction was first dropped then monotonically increased, slowly respect to time. After 1 hour, the line for A75S25 situated higher than reference line and slowly approach A50S50’s line. For A50S50 where the nanofluids amount half from Al$_2$O$_3$ and half from SiO$_2$, the $\Delta T_w$ seemed dropped a little bit at the early experiment and increased monotonically until it located higher than reference line after 1 hour. For higher amount of SiO$_2$ in hybrid nanofluids experiment, A25S75 the $\Delta T_w$ did not drop at the earlier stage but immediately increase drastically after the nanofluids injection. After 1 hour of experiment, all three hybrid
nanofluids seemed did not achieved the steady state yet where all the lines were still increase time by time. The experiments were proceeded until 5 hours. For the first 3 hours, all the hybrid nanofluids still increased however slowly time by time. All the three-line located on the reference line. By this time, the hybrid nanofluids did not achieved steady state yet where the $\Delta T_w$ seems no stable yet. However, after 4 hours, A75S25 and A50S50 approached to each other and stable at the range of 17°C. For A25S75, it situated higher than those two lines and achieved the steady state at the same time with the other 2 hybrid nanofluids. A25S75 seemed achieved steady state and had nearly same value of $\Delta T_w$ with S100 after 5 hours. Therefore, after 5 hours of experiment, it can be said that A100, A72S25, A50S50, A25S75 and S100 achieved the steady state condition. In term of HTC performance, the HTC was enhanced if there were presence of Al$_2$O$_3$ and deteriorated if there were presence of SiO$_2$.

There were many explanations of the peculiar trends of the $\Delta T_w$ graph line plotted in the figure 2 and 3. It was clearly to be seen where right away after the injection of the nanofluids into the main vessel, the $\Delta T_w$ firstly dropped drastically and slowly took the effect of the nanofluids, depends on the type of nanofluids or the mixed ratio of the hybrid nanofluids. The main reason for these reactions was suspected due to the nanoparticles deposited on the heater surface. This will lead to the increasing of active nucleation site on the heater surface [21]. Consequently, the enhancement of the HTC due to the condition heater surface was discussed by several researcher. According to Lin et al [22], deposited nanoparticle on the heater surface affect the bubble departure from the heater surface and increase the disturbance of the heat flow between the heater surface and the liquid inside the main vessel. This will affect the performance of the HTC. However study by Li et al [23], the increment of HTC until 19% water based nanofluids in their study revealed that the diameter of the deposited nanoparticle on the heater surface also play a big role in the nucleate pool boiling nanofluid experiment. In deterioration of HTC for SiO$_2$, Hu et al [24] discovered that the deposition of the silica nanoparticle in the heater surface was thick and once all the heater surface area covered, the thermal resistance of the silica coating in higher and immediately increase the value of $\Delta T_w$. For the steady state condition, it need 5 hours to stable due to the deposited nanoparticles on the surface heater.

4. Conclusions
Nucleate pool boiling studies were conducted using low concentration, 0.001 vol.% of single and hybrid nanofluids (Al$_2$O$_3$ and SiO$_2$) water based. The resulted conclusions were:

- For single Al$_2$O$_3$ experiments, the $\Delta T_w$ was lower than the reference line hence the HTC was enhanced for all results. However differently for SiO$_2$ where after the addition of the nanofluids, the $\Delta T_w$ located higher than reference line and slowly decrease respect to time. This resulted the HTC were deteriorated for all SiO$_2$ cases. The value for $\Delta T_w$ depends on the concentration of the nanoparticles.
- For hybrid experiments, $\Delta T_w$ were decrease drastically after the injection of nanofluids. Higher amount of Al$_2$O$_3$ in the hybrid nanofluids resulted the line plotted started from below reference line and slowly approach the reference line. However, for high volume of SiO$_2$ nanoparticles, the line started to increase until range of 120°C. Respect to time, the value of $\Delta T_w$ for SiO$_2$ slowly decreased.
- The study was let to run until 5 hours and identified that for single nanofluids, A100, A75, A50, A25, S100, S75, S50 and S25 achieved the steady state where the lines plotted in the graph were stable. For hybrid nanofluids, they also need 5 hours to achieve the stable condition. This was because due to deposition of the nanoparticle on the heater surface take place at the first place. Then, depends on the type of nanoparticles and the HTC performance were obtained. After all the deposition nanoparticles process complete, the stable lines in the graph were also obtained and shown in the figure 2 and 3.
Acknowledgement
Financial support by Universiti Malaysia Pahang (www.ump.edu.my) under RDU160385, PGRS190340 and Malaysian Ministry of Education under FRGS (FRGS/1/2017/TK07/UMP/03/1) /RDU170136) are gratefully acknowledged.

References
[1] J. Barber, D. Brutin, and L. Tadrist, 2011 “A review on boiling heat transfer enhancement with nanofluids,” Nanoscale Res. Lett., vol. 6, no. 1, pp. 1–16.
[2] V. Trisaksri and S. Wongwises, 2007 “Critical review of heat transfer characteristics of nanofluids,” vol. 11, pp. 512–523.
[3] H. J. Xu, Z. B. Xing, F. Q. Wang, and Z. M. Cheng, 2018 “Review on heat conduction, heat convection, thermal radiation and phase change heat transfer of nanofluids in porous media: Fundamentals and applications,” Chem. Eng. Sci.
[4] W. Yu, D. France, S. Choi, and J. Routbort, 2007 “Review and assessment of nanofluid technology for transportation and other applications,” Renew. Energy, p. Medium: ED.
[5] M. Zuhairi Sulaiman, D. Matsuo, K. Enoki, and T. Okawa, 2016 “Systematic measurements of heat transfer characteristics in saturated pool boiling of water-based nanofluids,” Int. J. Heat Mass Transf., vol. 102, pp. 264–276.
[6] M. A. H. Aizzat, M. Z. Sulaiman, K. Enoki, and T. Okawa, 2019 “Heat transfer coefficient of nucleate boiling in low concentration level of single and hybrid Al2O3-SiO2 water-based nanofluids,” IOP Conf. Ser. Mater. Sci. Eng., vol. 469, no. 1.
[7] A. R. Yagnem and S. Venkatachalapathy, 2019 “Heat transfer enhancement studies in pool boiling using hybrid nanofluids,” Thermochim. Acta, vol. 672, no. November 2018, pp. 93–100.
[8] H. Kim, E. Kim, and M. Hwan, 2014 “International Journal of Heat and Mass Transfer Effect of nanoparticle deposit layer properties on pool boiling critical heat flux of water from a thin wire,” Int. J. Heat Mass Transf., vol. 69, pp. 164–172.
[9] O. Ahmed and M. S. Hamed, 2012 “International Journal of Heat and Mass Transfer Experimental investigation of the effect of particle deposition on pool boiling of nanofluids,” Int. J. Heat Mass Transf., vol. 55, no. 13–14, pp. 3423–3436.
[10] I. S. Kiyomura, L. L. Manetti, A. P. Cunha, G. Ribatski, and E. M. Cardoso, 2017 “International Journal of Heat and Mass Transfer: An analysis of the effects of nanoparticles deposition on characteristics of the heating surface and ON pool boiling of water,” Int. J. Heat Mass Transf., vol. 106, pp. 666–674.
[11] M. Z. Sulaiman, M. Takamura, K. Nakahashi, and T. Okawa, 2012 “ICONE20-POWER2012-54842,” pp. 1–8.
[12] D. Cooke and S. G. Kandlikar, 2016 “Pool Boiling Heat Transfer and Bubble Dynamics Over Plain and Enhanced Microchannels,” vol. 133, no. May 2011.
[13] A. V. Minakov, M. I. Pryazhnikov, D. V. Guzei, G. M. Zeer, and V. Y. Rudyak, 2017 “The experimental study of nanofluids boiling crisis on cylindrical heaters,” Int. J. Therm. Sci., vol. 116, pp. 214–223.
[14] M. Dadjoo, N. Etesami, and M. N. Esfahany, 2017 “Influence of orientation and roughness of heater surface on critical heat flux and pool boiling heat transfer coefficient of nanofluid,” Appl. Therm. Eng.
[15] G. Paul, P. Kumar, and I. Manna, 2016 “International Journal of Heat and Mass Transfer Assessment of the process of boiling heat transfer during rewetting of a vertical tube bottom flooded by alumina nanofluid,” Int. J. Heat Mass Transf., vol. 94, pp. 390–402.
[16] J. Ham, H. Kim, Y. Shin, and H. Cho, 2017 “Experimental investigation of pool boiling characteristics in Al2O3 nanofluid according to surface roughness and concentration,” Int. J. Therm. Sci., vol. 114, pp. 86–97.
[17] E. S. Kim, J. Jung, and Y. T. Kang, 2013 “The effect of surface area on pool boiling heat transfer coefficient and CHF of,” vol. 27, no. 10, pp. 3177–3182.
[18] Y. He, H. Li, Y. Hu, X. Wang, and J. Zhu, 2016 “International Journal of Heat and Mass Transfer Boiling heat transfer characteristics of ethylene glycol and water mixture based ZnO nanofluids in a cylindrical vessel,” Int. J. Heat Mass Transf., vol. 98, pp. 611–615.

[19] L. Lachi, M. Taye, P. Arthur, and E. Maria, 2017 “Evaluation of the heat transfer enhancement during pool boiling using low concentrations of Al 2 O 3 -water based nanofluid,” Exp. Therm. Fluid Sci., vol. 87, pp. 191–200.

[20] A. R. Neto, J. L. G. Oliveira, and J. C. Passos, 2017 “Heat transfer coefficient and critical heat flux during nucleate pool boiling of water in the presence of nanoparticles of alumina, maghemite and CNTs,” Appl. Therm. Eng., vol. 111, pp. 1493–1506.

[21] G. Song, P. A. Davies, J. Wen, G. Xu, and Y. Quan, 2018 “Nucleate pool boiling heat transfer of SES36 fluid on nanoporous surfaces obtained by electrophoretic deposition of Al2O3,” Appl. Therm. Eng., vol. 141, pp. 143–152.

[22] L. Lin, Z. Chang, and G. Ding, 2019 “Resuspension of deposited nanoparticles during pool boiling,” Int. J. Heat Mass Transf., vol. 130, pp. 230–239.

[23] S. Y. Li, W. T. Ji, C. Y. Zhao, H. Zhang, and W. Q. Tao, 2019 “Effects of magnetic field on the pool boiling heat transfer of water-based A-Fe2O3and T-Fe2O3nanofluids,” Int. J. Heat Mass Transf., vol. 128, pp. 762–772.

[24] Y. Hu, Z. Liu, and Y. He, 2018 “Effects of SiO 2 nanoparticles on pool boiling heat transfer characteristics of water based nanofluids in a cylindrical vessel,” Powder Technol., vol. 327, pp. 79–88.